Copyright is owned by the Author of the thesis. Permission is given for a copy to be downloaded by an individual for the purpose of research and private study only. The thesis may not be reproduced elsewhere without the permission of the Author.

## Particle Size Effect on

## Caking in Sucrose

A Thesis presented in partial fulfilment of the requirements for the degree of Masters in Chemical Technology at Massey University

Rebecca Clarke
B. Tech (Chem)

2005

## - Abstract -

Caking, and the associated loss of flowability, have for a long time been a problem in the sugar industry, causing difficulties during conveying and making the product unacceptable to consumers. There are many factors that are thought to contribute to this problem, including relative humidity, compaction and packing of the crystals, and particle size.

In order to determine if particle size did have an effect, a series of samples containing different sized crystals, and different proportions of fine crystals were created. These samples then had their water vapour sorption isotherms measured by equilibrating samples over saturated salt solutions. Caking tests were also carried out using the friability test and the blowtest. No significant difference was found on either the isotherms or the friability test. The blowtest, however, was found to be much more sensitive to the small differences in caking occurring between samples. It was found that only fines less than $150 \mu \mathrm{~m}$ had any effect on caking, and even then, only when they were present in large quantities. In addition, the smaller the particles, the smaller the amount required for caking to occur. For example, the critical water activity for standard sugar was found to be 0.61 . For a sample of $100 \%$ 212-315 $\mu \mathrm{m}$ particles this decreases to 0.55 and for a sample of $0-75 \mu \mathrm{~m}$ this decreases even further, to 0.22 .

No additional effect was found to be caused by crystal damage, over and above the effect of decreased particle size.

It is proposed this increase in caking in fine particles is due to capillary condensation. The smaller the crystals, or the greater the proportion of fines small crystals present, the more contact points between particles. Between each of these contact points capillary condensation can occur, which means more moisture can be absorbed at a lower water activity, therefore, the amount of water needed for caking to occur is also reached at a lower water activity. This effect is very small, and neither the isotherms nor the friability test was able to detect these changes, but the blowtester was able to.

Some of these fine crystals will originate in the crystallisation process, however many of the fine crystals are a product of attrition. It was found that this was a problem when sugar was conveyed using a screw conveyor, but not when a redler chain conveyor was used. In addition, there were no differences found in the amount of attrition occurring when conveyors are run at less than full loads. It is recommended that in future construction and modification of the plant, chain redlers be considered rather than screw conveyors.

## - Acknowledgements -

"However high we climb in pursuit of knowledge, we shall see heights above us, and the more we extend our view, the more conscious we shall be of the great immensity that lies beyond" - D.A. Wrangham

My pursuit of caking in sucrose started in Palmerston North, over a year ago. Since then I have spent nine months in Auckland - somewhere I've always vowed I never wanted to live, then a few weeks in Taranaki, before returning to the familiarity of Palmerston North. During this time there were many people who helped me in my pursuit.

Firstly, thank you to my supervisors Tony and Kylie, who have helped me understand the problem, made sure I kept on track with the project, made me think for myself, supported me, have given suggestions and given their time to this project. Without their support this thesis would never have been written.

Secondly, everyone at New Zealand Sugar, especially Allan Dobbie, my supervisor. Also, the laboratory staff for helping me find my way round the lab and allowing me the use of the equipment and cupboard space, the CPR team leaders for sharing their office, everyone who helped me get samples, and Warren, also for helping me get samples, and divulging information and stories about the plant.

Helen and Jay in the Food Chemistry lab at Massey, Albany for helping me get set up for my work there.

Fonterra, Kapuni, for allowing me the use of the isothermal microcalorimeter, Jeremy for showing me how to use this instrument. The Coastal View Relay Team for giving me a leg of the relay at short notice.

Lastly, a special thanks to everyone I met at Windsor Park, the Birkenhead Badminton Club and Auckland Central Ceroc, for making my time in Auckland bearable . . . and even enjoyable.

## - Table of Contents -

ABSTRACT ..... i
ACKNOWLEDGEMENTS ..... iii
TABLE OF CONTENTS ..... v
LIST OF FIGURES ..... ix
LIST OF TABLES ..... xv
CHAPTER 1 PROJECT OVERVIEW ..... 1-1
1.1 Introduction ..... 1-1
1.2 Caking ..... 1-2
1.3 Attrition ..... 1-2
1.4 Project Objectives ..... 1-3
CHAPTER 2 LITERATURE REVIEW ..... 2-1
2.1 Introduction ..... 2-1
2.2 Chemistry of Sucrose ..... 2-1
2.2.1 Crystalline Sucrose ..... 2-2
2.2.2 Amorphous Sucrose ..... 2-4
2.2.2.1 Glass Transition Temperature ..... 2-5
2.2.2.2 Determination of Amorphous Sugar Content ..... 2-6
2.3 Moisture ..... 2-9
2.3.1 Types of Moisture. ..... 2-9
2.3.1.1 Water Content Determination ..... 2-10
2.3.2 Water Activity ..... 2-11
2.3.3 Sorption Isotherms ..... 2-12
2.3.3.1 Measurement of Sorption Isotherms ..... 2-14
2.3.3.2 Hysteresis. ..... 2-14
2.3.3.3 Temperature Dependence of Isotherms. ..... 2-15
2.3.3.4 Crystalline Sucrose Sorption Isotherm. ..... 2-15
2.3.3.5 Amorphous Sucrose Sorption Isotherm ..... 2-16
2.3.4 Capillary Condensation ..... 2-17
2.3.4.1 Kelvin Equation ..... 2-17
2.3.5 Size Relationships ..... 2-18
2.4 Caking ..... 2-20
2.4.1 Humidity Caking ..... 2-21
2.4.1.1 Temperature Gradients ..... 2-22
2.4.2 Caking in Amorphous Sugar. ..... 2-23
2.4.3 Effect of Fines on Caking ..... 2-24
2.4.4 Quantification. ..... 2-26
2.4.5 Caking at New Zealand Sugar ..... 2-28
2.4.6 Prevention of Caking ..... 2-28
2.5 Attrition and Particle Size Analysis ..... 2-29
2.5.1 Affect of Fines on the Properties of the Sugar ..... 2-29
2.5.2 Mechanisms of Attrition ..... 2-30
2.5.3 Measurement/Quantification ..... 2-32
2.5.4 Particle Size Analysis ..... 2-32
2.5.4.1 Methods ..... 2-32
2.5.4.2 Sampling ..... 2-34
2.5.4.3 Sample Points ..... 2-35
2.5.4.4 Subsampling ..... 2-36
2.6 Conclusion ..... 2-40
CHAPTER 3 ISOTHERMS ..... 3-1
3.1 Introduction ..... 3-1
3.2 Experimental ..... 3-2
3.3 Results and Discussion ..... 3-6
3.3.1 Effect of Crystal Size ..... 3-8
3.3.2 Effect of Proportion of Fine Crystals. ..... 3-10
3.3.3 Comparison to Literature ..... 3-12
3.4 Conclusions and Recommendations ..... 3-15
CHAPTER 4 DETERMINATION OF AMORPHOUS SUCROSE CONTENT ..... 4-1
4.1 Introduction ..... 4-1
4.1.1 Thermal Activity Monitor ..... 4-2
4.2 Experimental Methodology ..... 4-4
4.3 Results ..... 4-6
4.4 Conclusion ..... 4-12
CHAPTER 5 CAKING ..... 5-1
5.1 Introduction ..... 5-1
5.2 Experimental ..... 5-2
5.2.1 Liquid Bridging ..... 5-3
5.2.1.1 Friability ..... 5-3
5.2.1.2 Blowtester ..... 5-4
5.2.2 Solid Bridging ..... 5-4
5.3 Results and Discussion ..... 5-4
5.3.1 Liquid Bridging ..... 5-5
5.3.1.1 Friability ..... 5-5
5.3.1.1.1 Comparison of Friability Measurements and Isotherms ..... 5-7
5.3.1.1.2 Comparison of Results in This Study to Literature ..... 5-7
5.3.1.2 Blowtester ..... 5-8
5.3.1.2.1 Effect of Proportion of Fines ..... 5-8
5.3.1.2.2 Effect of Size of Fine Particles. ..... 5-11
5.3.1.2.3 Comparison to Literature ..... 5-13
5.3.1.2.4 Relationship Between Blowtester and Isotherm Measurements.5-13
5.3.2 Solid Bridging ..... 5-14
5.3.2.1 Friability ..... 5-14
5.3.2.2 Blowtester ..... 5-14
5.3.3 Kelvin Radius ..... 5-16
5.4 Conclusion and Recommendations ..... 5-23
CHAPTER 6 SIZE ANALYSIS ..... 6-1
6.1 Introduction ..... 6-1
6.1.1 Different Methods for Describing Particle Size ..... 6-1
6.1.2 Different Parameters Used to Estimate Average Particle Size ..... 6-2
6.1.2.1 Mean Particle Size ..... 6-3
6.1.3 Sieve Analysis ..... 6-4
6.1.4 Laser Diffraction ..... 6-5
6.1.5 Comparison of Sieving and Laser Diffraction ..... 6-7
6.2 Experimental ..... 6-7
6.2.1 Materials ..... 6-7
6.2.2 Sieving ..... 6-9
6.2.3 Laser Diffraction ..... 6-10
6.2.4 Bulk Density ..... 6-10
6.2.4.1 Poured Bulk Density ..... 6-11
6.2.4.2 Tapped Bulk Density ..... 6-11
6.3 Results and Discussion ..... 6-12
6.3.1 Size of Different Products. ..... 6-12
6.3.2 Fines in the Plant at New Zealand Sugar ..... 6-14
6.3.3 Redler vs Screw. ..... 6-14
6.3.3.1 Loading ..... 6-18
6.3.4 Size in Relation to Isotherm ..... 6-21
6.3.5 Bulk Density ..... 6-21
6.3.6 Packing ..... 6-22
6.4 Conclusions and Recommendations ..... 6-27
CHAPTER 7 EFFECT OF PARTICLE DAMAGE ..... 7-1
7.1 Introduction ..... 7-1
7.2 Experimental ..... 7-1
7.3 Results and Discussion ..... 7-3
7.3.1 Isotherms ..... 7-3
7.3.2 Friability ..... 7-5
7.3.3 Blowtester ..... 7-5
7.3.4 Kelvin Radius ..... 7-7
7.4 Conclusion and Recommendations. ..... 7-8
CHAPTER 8 CONCLUSIONS AND RECOMMENDATIONS ..... 8-1
8.1 Recommendations for Future Work ..... 8-3
REFERENCES ..... R-1
APPENDIX ..... A-1
A1 Nomenclature ..... A-1
A2 Caking Figures ..... A-2
A3 Sample Points ..... A-8
A4 Calculations ..... A-9
A4.1 Residence Time in Conveyors ..... A-9
A4.2 Packing If Small Crystals Fit Between Larger Crystals ..... A-11
A4.3 Packing If Small Crystals Form A Layer Around Large ..... A-12
A4.4 Estimation of Number of Crystals ..... A-13
A5 Laser Diffraction Analysis Reports ..... A-14

## - List of Figures -

Figure 2.1 Structure of sucrose (Pennington \& Baker, 1990) ..... 2-2
Figure 2.2 Single sucrose crystals (Pennington \& Baker, 1990) ..... 2-3
Figure 2.3 Solubility curve for sucrose ..... 2-4
Figure 2.4 Literature data for glass transition temperature (Foster, 2000) ..... 2-6
Figure 2.5 Karl Fischer titration results for standard sugar, $>850 \mu \mathrm{~m}$ (Roge \& Mathlouthi, 2000) ..... 2-11
Figure 2.6 Sorption isotherm for crystalline sucrose ..... 2-16
Figure 2.7 Sorption isotherm for amorphous sucrose ..... 2-17
Figure 2.8 Sorption isotherm for different sized crystals (Mathlouthi \& Roge, 2003) ..... 2-19
Figure 2.9 Humidity caking mechanism (Bronlund, 1997) ..... 2-22
Figure 2.10 Amorphous caking mechanism (Bronlund, 1997) ..... 2-23
Figure 2.11 Friability angle for samples containing different proportions of fine crystals (Roge \& Mathlouthi, 2000) ..... 2-25
Figure 2.12 Abrasion and fracture of a sucrose crystal ..... 2-31
Figure 2.13 Screw conveyor and redler chain conveyor (Perry \& Green, 1997) ..... 2-31
Figure 2.14 Cross section of segregation in a heap (Allen, 1975) ..... 2-35
Figure 2.15 Bad sampling technique and good sampling technique (Allen, 1975) .....  2-36
Figure 2.16 Coning and quartering (Allen, 1975) ..... 2-37
Figure 2.17 Table sampler (Allen, 1975) ..... 2-38
Figure 2.18 Chute riffler sampler (Allen, 1975) ..... 2-38
Figure 2.19 Spinning riffler sampler (Allen, 1975) ..... 2-39
Figure 3.1 Possible effects of fine crystals on the isotherm ..... 3-2
Figure 3.2 Time taken for samples to reach equilibrium ..... 3-5
Figure 3.3 Working isotherms for samples taken from around the factory ..... 3-7
Figure 3.4 Comparison of results to published data ..... 3-8
Figure 3.5 Working isotherms for samples composed of $100 \%$ fine crystals ..... 3-9
Figure 3.6 Working isotherms for samples composed of $10 \%$ fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... 3-9
Figure 3.7 Working isotherm for samples composed of varying proportions of $0-75 \mu \mathrm{~m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... 3-10
Figure 3.8 Working isotherm for samples composed of varying proportions of $75-150 \mu \mathrm{~m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... 3-11
Figure 3.9 Working isotherm for samples composed of varying proportions of $150-212 \mu \mathrm{~m}$ crystals, in $600-850 \mu \mathrm{~m}$ crystals ..... 3-11
Figure 3.10 Working isotherm for samples composed of varying proportions of $212-315 \mu \mathrm{~m}$ crystals, in $600-850 \mu \mathrm{~m}$ crystals ..... 3-12
Figure 3.11 Comparison of particle size isotherms with those published by Mathlouthi and Roge (2001) ..... 3-13
Figure 3.12 Comparison of isotherms with varying percentages of fines with those published by Mathlouthi and Roge (2001) ..... 3-14
Figure 4.1 The thermal activity monitor ..... 4-2
Figure 4.2 Inside a calorimetric unit ..... 4-3
Figure 4.3 Heat flow in the calorimeter ..... 4-3
Figure 4.4 Glass ampoule and sample ..... 4-4
Figure 4.5 Amorphous content vs integral peak curve (Billings, 2002) ..... 4-6
Figure 4.6 TAM curve for standard sucrose sample, containing no amorphous content ..... 4-8
Figure 4.7 TAM curve for $75-150 \mu \mathrm{~m}$ sample which may contain some amorphous sucrose ..... 4-10
Figure 4.8 Effect of amorphous sucrose on the isotherm ..... 4-11
Figure 4.9 TAM curve for sample containing $0.16 \%$ amorphous sucrose (Billings, 2002) ..... 4-12
Figure 5.1 Rotating platform ..... 5-3
Figure 5.2 Blowtester ..... 5-4
Figure 5.3 Angle required to break liquid bridges in samples containing varying proportions of $0-75 \mu \mathrm{~m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... 5-6
Figure 5.4 Angle required to break liquid bridges in samples containing varying proportions of $75-150 \mu \mathrm{~m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... 5-6
Figure 5.5 Airflow required to break liquid bridges in samples containing varying proportions of $0-75 \mu \mathrm{~m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... 5-9
Figure 5.6 Airflow required to break liquid bridges in samples of containing varying proportions of 75-150 $\mu \mathrm{m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... 5-9
Figure 5.7 Airflow required to break liquid bridges in samples containing varying proportions of $150-212 \mu \mathrm{~m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals .... 5-10Figure 5.8 Airflow required to break liquid bridges in samples composed ofvarying proportions of 212-315 $\mu \mathrm{m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystal5-10
Figure 5.9 Airflow required to break liquid bridges in samples containing $100 \%$ fine crystals ..... 5-12
Figure 5.10 Airflow required to break liquid bridges in samples containing $10 \%$ fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... 5-12
Figure 5.11 Airflow required to break solid bridges in samples containing $0-75 \mu \mathrm{~m}$ crystals, in $600-850 \mu \mathrm{~m}$ crystals ..... 5-15
Figure 5.12 The relationship between the solid and liquid bridges for standard sugar ..... 5-16
Figure 5.13 Capillary radius vs water activity at $20^{\circ} \mathrm{C}$ ..... 5-16
Figure 5.14 Kelvin radius vs airflow required to break liquid bridges in standard sugar ..... 5-18
Figure 5.15 Kelvin radius vs friability angle required to break liquid bridges in standard sugar ..... 5-18
Figure 5.16 Kelvin radius vs airflow required to break liquid bridges in $100 \%$
$0-75 \mu \mathrm{~m}$ sample ..... 5-19
Figure 5.17 .... Kelvin radius, calculated from liquid bridging data vs average particle size of fine crystals for samples with varying proportions of fine crystals ..... 5-22
Figure 5.18 Kelvin radius, calculated from solid bridging data vs average particle size of fine crystals for samples with varying proportions of fine crystals ..... 5-22
Figure 6.1 Different methods of reporting the diameter of a particle ..... 6-2
Figure 6.2 Normal distribution and bimodal distribution ..... 6-3
Figure 6.3 Sieve analysis for different products ..... 6-12
Figure 6.4 Laser diffraction analysis for different products ..... 6-13
Figure 6.5 Particle size distributions before and after standard 1A crystals were conveyed in a chain redler post-graders ..... 6-15
Figure 6.6 Particle size distributions before and after standard 1A crystals were conveyed in a screw conveyor to be packed ..... 6-16
Figure 6.7 Particle size distributions before and after standard 1A crystals were conveyed in a screw conveyor post-grading ..... 6-16
Figure 6.8 Particle size distribution before and after standard 1A crystals were conveyed in a chain redler conveyor at low levels ..... 6-19
Figure 6.9 Particle size distributions before and after caster crystals were conveyed in a screw conveyor at low levels ..... 6-19
Figure 6.10 Different packing conformations ..... 6-22
Figure 6.11 Correlation between number of crystals and blowtest result at a water activity of 0.59 ..... 6-26
Figure 6.12 Correlation between number of crystals and blowtest result at a water activity of 0.65 ..... 6-26
Figure 6.13 Correlation between number of crystals and blowtest result at a water activity of 0.69 ..... 6-26
Figure 6.14 Correlation between number of crystals and blowtest result at a water activity of 0.75 ..... 6-26
Figure 6.15 Correlation between number of crystals and blowtest result at a water activity of 0.81 ..... 6-26
Figure 6.16 Correlation between number of crystals and blowtest result at a water activity of 0.87 ..... 6-26
Figure 7.1 Working sorption isotherms for process samples and recombined process samples ..... 7-4
Figure 7.2 Working sorption isotherms for process samples and process samples with milled sugar added in place of fines ..... 7-4
Figure 7.3 Liquid bridging strength for process samples and recombined process samples ..... 7-6
Figure 7.4 Liquid bridging strength for process samples and process samples with milled sugar added in place of fines ..... 7-6

Figure A1 Angle required to break liquid bridges in samples containing different proportions of $150-212 \mu \mathrm{~m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals .... A-1

> Figure A2 Angle required to break liquid bridges in samples containing different proportions of $212-315 \mu \mathrm{~m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals....... A-1
> Figure A3 Angle required to break liquid bridges in samples containing $0.1 \%$ fine crystals, mixed with $600-850 \mu$ m crystals ....................................... A-1
> Figure A4 Angle required to break liquid bridges in samples containing $1 \%$ fine
> crystals, mixed with $600-850 \mu$ m crystals ............................................ A-1 Figure A5 Angle required to break liquid bridges in samples containing $10 \%$ fine
> crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals .......................................... A-2

Figure A6 Angle required to break liquid bridges in samples containing $100 \%$ fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals

A-2
Figure A7 Angle required to break solid bridges in samples containing different proportions of 0-75 $\mu \mathrm{m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ............ A-2
Figure A8 Angle required to break solid bridges in samples containing different proportions of 75-150 $\mu$ m crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals......... A-2
Figure A9 Angle required to break solid bridges in samples containing different proportions of 150-212 $\mu \mathrm{m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals....... A-3
Figure A10 Angle required to break solid bridges in samples containing different proportions of 212-315 $\mu$ m crystals, mixed with 600-850 $\mu \mathrm{m}$ crystals....... A-3
Figure A11 Angle required to break solid bridges in samples containing $0.1 \%$ fine crystals, mixed with 600-850 $\mu \mathrm{m}$ crystals

A-3
Figure A12 Angle required to break solid bridges in samples containing $1 \%$ fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals A-3
Figure A13 Angle required to break solid bridges in samples containing $10 \%$ fine crystals, mixed with 600-850 $\mu$ m crystals ..... A-4
Figure A14 Angle required to break solid bridges in samples containing $100 \%$ fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... A-4
Figure A15 Airflow required to break liquid bridges in samples containing $0.1 \%$ fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... A- 4
Figure A16 Airflow required to break liquid bridges in samples containing 1.0\% fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... A- 4
Figure A17 Airflow required to break solid bridges in samples containing different proportions of $75-150 \mu \mathrm{~m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... A-5
Figure A18 Airflow required to break solid bridges in samples containing different proportions of $150-212 \mu \mathrm{~m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... A-5
Figure A19 Airflow required to break solid bridges in samples containing different proportions of 212-315 $\mu \mathrm{m}$ crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals....... A-5
Figure A20 Airflow required to break solid bridges in samples containing $0.1 \%$ fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... A-7
Figure A21 Airflow required to break solid bridges in samples containing $1 \%$ fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... A-7
Figure A22 Airflow required to break solid bridges in samples containing $10 \%$ fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... A-7
Figure A23 Airflow required to break solid bridges in samples containing 100\% fine crystals, mixed with $600-850 \mu \mathrm{~m}$ crystals ..... A-7
Figure A24 Sample points - drying ..... A-8
Figure A25 Sample points - conditioning ..... A-8
Figure A26 Malvern report for standard 1A sugar, sample 1 ..... A-14
Figure A27 Malvern report for standard 1A sugar, sample 2 ..... A-14
Figure A28 Malvern report for standard 1A sugar, sample 3 ..... A-15
Figure A29 Malvern report for manufacturers sugar, sample 1 ..... A-15
Figure A30 Malvern report for manufacturers sugar, sample 2 ..... A-16
Figure A31 Malvern report for Caster sugar, sample 1 ..... A-16
Figure A32 Malvern report for caster sugar, sample 2 ..... A-17
Figure A33 Malvern report for caster sugar, sample 3 ..... A-17
Figure A34 Malvern report for fines free caster sugar, sample 1 ..... A-18
Figure A35 Malvern report for fines free caster sugar, sample 2 ..... A-18
Figure A36 Malvern report for standard $600-850 \mu \mathrm{~m}$ sugar, sample 1 ..... A-19
Figure A37 Malvern report for standard $600-850 \mu \mathrm{~m}$ sugar, sample 2 ..... A-19
Figure A38 Malvern report for standard 600-850 $\mu \mathrm{m}$ sugar, sample 3 ..... A-20
Figure A39 Malvern report for 0-75 $\mu \mathrm{m}$ sugar, sample 1 ..... A-20
Figure A40 Malvern report for 0-75 $\mu \mathrm{m}$ sugar, sample 2 ..... A-21
Figure A41 Malvern report for $0-75 \mu \mathrm{~m}$ sugar, sample 3 ..... A-21
Figure A42 Malvern report for 0-75 $\mu \mathrm{m}$ sugar, sample 4 ..... A-22
Figure A43 Malvern report for $0-75 \mu \mathrm{~m}$ sugar, sample 5 ..... A-22
Figure A44 Malvern report for $75-150 \mu \mathrm{~m}$ sugar, sample 1 ..... A-23
Figure A45 Malvern report for $75-150 \mu \mathrm{~m}$ sugar, sample 2 ..... A-23
Figure A46 Malvern report for $75-150 \mu \mathrm{~m}$ sugar, sample 3 ..... A-24
Figure A47 Malvern report for $150-212 \mu \mathrm{~m}$ sugar, sample 1 ..... A-24
Figure A48 Malvern report for $150-212 \mu \mathrm{~m}$ sugar, sample 2 ..... A-25
Figure A49 Malvern report for $150-212 \mu \mathrm{~m}$ sugar, sample 3 ..... A-25
Figure A50 Malvern report for $150-212 \mu \mathrm{~m}$ sugar, sample 4 ..... A-26
Figure A51 Malvern report for 212-315 $\mu \mathrm{m}$ sugar, sample 1 ..... A-26
Figure A52 Malvern report for 212-315 $\mu \mathrm{m}$ sugar, sample 2 ..... A-27

## - List of Tables -

Table 2.1 Reliability of selected sampling methods (60:40, coarse:fine, sandmixture; $\mathrm{P}=0.60$ ) (Allen, 1975)2-39Table 3.1 Relative humidities of different salt solutions at $20^{\circ} \mathrm{C}$ (Bell \& Labuza, 2000) ..... 3-5
Table 3.2 Change in moisture content in desiccators over time ..... 3-6
Table 4.1 Amorphous contents of different samples ..... 4-7
Table 4.2 TAM samples repeated at $53 \%$ RH ..... 4-10
Table 5.1 Critical Kelvin radiuses and water activities for different samples ..... 5-19
Table 5.2 Correlation between size of 'fines' and critical Kelvin radius ..... 5-22
Table 6.1 Percentage of fine crystals in samples taken before and after conditioning, and product samples ..... 6-14
Table 6.2 Results of one tailed t -test for different conveyors ..... 6-18
Table 6.3 Results of one tailed t-test for different conveyors at low loading ..... 6-19
Table 6.4 Poured and tapped bulk densities for isotherm and caking samples ..... 6-21
Table 6.5 Actual and theoretical bulk densities for different packing conformations ..... 6-23
Table 6.6 Formulae for correlations between number of crystals and blowtest result at different water activities ..... 6-24
Table 7.1 Critical Kelvin radiuses and water activities for different samples ..... 7-7

## Chapter 1

## - Project Overview -

### 1.1 Introduction

Caking in bulk sucrose is a major problem in the sugar industry. Not only are caking problems costly, but they also cause frustrations to customers, and with this, the potential loss of trade. At New Zealand Sugar it has been found that these adverse effects of caking are most severe when bulk sugar is transported to customers some distance from the refinery in Auckland. In extreme cases, 20 tonnes of bulk sugar has set into a single lump, requiring manual intervention to allow sugar to flow.

Recent studies at New Zealand Sugar have quantified the effects of temperature gradients on induced caking in bulk sucrose and it is now known what water activity the sugar needs to be when it is packed and transported in order to avoid caking problems (Billings, 2002). Caking problems can also be minimised by conditioning, the blowing of dehumidified air through the bulk sugar before packing, and also by insulating the walls of the sugar container after packing to minimise temperature gradients (Rastikian \& Capart, 1998).

There is anecdotal evidence that fines are instrumental in the caking problem. Some of these fines are produced in the crystallisation process, however most are thought to be the result of attrition as the sugar crystals are conveyed.

### 1.2 Caking

Caking is the formation of solid lumps from formally free flowing powder. These lumps are caused by temperature gradients in the bulk material. This causes fluctuations in interstitial air relative humidity since warm air holds more moisture than cooler air. Moisture migrates to restore the equilibrium, creating moisture concentration gradients. In areas of high relative humidity, moisture is adsorbed and condenses onto particle surfaces. This causes the dissolution of the particle surface, and the formation of liquid bridges consisting of solution. As the equilibrium changes again these liquid bridges dry out, creating a solid bridge between crystals particles. In addition, capillary condensation caused by surface tension effects may cause caking to occur at a lower humidity.

There have been conflicting reports published in literature as to whether the presence of fine crystals in sucrose increases the potential for caking to occur (Roge \& Mathlouthi, 2000, 2003), or whether the bulk sucrose is so soluble that this effect does not exist (Johanson \& Paul, 1996).

### 1.3 Attrition

Attrition can be defined as the unwanted breakage of particles, resulting in a decrease in particle size. This breakage can take two forms - abrasion or fracture. The first of these, abrasion, occurs when edges or corners are removed, resulting in a number of very small particles and a slight decrease in size of the parent particle. Fracture, meanwhile, occurs when the parent particle splits into at least two particles that are of a comparable size.

Damage occurs to crystals when particles hit each other at high velocity, such as in a pneumatic conveyor, or when particles are subject to shear. At the New Zealand Sugar factory crystals are conveyed using both screw conveyors and chain redler conveyors. It is thought that the latter caused more damage, since particles are subject
to shear forces, both between the blades and the casing of the conveyor, and between the blades and other particles.

### 1.4 Project Objectives

The aims of this project were as follows:

To identify if fine crystals have an affect on caking
To determine what mechanism caking is occurring by
To identify where in the New Zealand Sugar plant damage to crystals is occurring
To identify if crystal damage has any affect on caking apart from that related to size

